Solid State Coordination Chemistry and Supramolecular Assemblies of M(II)/Benzilato/2,2’-Dipyridylamine Systems

Abstract

Two new mixed-ligand complexes of benzilato (bz) and 2,2’-dipyridylamine (dipyam), 1 [Ni(bz)(dipyam)2]bz·2MeOH and 2 [Cu(bz)2(dipyam)]·EtOH, have been synthesized by refluxing benzilic acid and 2,2’-dipyridylamine with nickel(II) acetate for 1 and copper(II) carbonate hydroxide for 2. The new compounds have been characterized by elemental analysis, IR and electronic absorption spectroscopy, magnetic measurements, thermogravimetric analysis and single-crystal X-ray diffraction. The role of non-covalent interactions, such as hydrogen bonds, π–π and/or C-H···π, in the creation of supramolecular assemblies is analyzed.

Keywords: Nickel; Copper; Benzilato; Mixed-ligands complexes; Metallo-supramolecular chemistry; Non-covalent interactions

Introduction

In recent decades, research in metallosupramolecular chemistry has gone together with an important attention to studies of non-covalent intermolecular interactions and to analyses of self-assembled structures. These extended frameworks of coordination compounds present great interest because of their fascinating topologies and their potential applications [1-3]. Benzilato ligand is a α-hydroxycarboxylato which may exhibit various coordination modes and provide potential intermolecular interactions such as hydrogen bonds involving the hydroxyl and carboxylate functionalities, and π–π and C-H···π interactions through the phenyl substituents [4]. The probability of formation of supramolecular arrays can be increased by the use of the auxiliary ligand 2,2’-dipyridylamine with N-H group potentially donor in hydrogen bonds and with aromatic rings suitable to establish π–π and/or C-H···π interactions. The work described here contains the preparation, properties and a detailed supramolecular structural analysis of two new mixed-ligand complexes of nickel(II) and copper(II) with benzilato and 2,2’-dipyridylamine.

Results and Discussion

Reaction of benzilic acid (Hbz) and 2,2’-dipyridylamine (dipyam) in EOH/PrOH or EtOH with Ni(AcO)2·4H2O and CuCO3·Cu(OH)2·0.5H2O led to the isolation of crystalline products after recrystallization in MeOH/PrOH or EtOH for 1 [Ni(bz)(dipyam),] (bz)-2MeOH and after slow evaporation of the mother liquor for 2 [Cu(bz)2(dipyam)]·EtOH. Both compounds are stable in air, very poorly soluble in water, but soluble in methanol and ethanol. The infrared spectra of both compounds contain bands in the 3000–3250 cm⁻¹ region assigned to the ν(OH) of benzilate and solvation molecules. The intense bands that appear around 1650 cm⁻¹, which in most cases overlap with bands associated with the 2,2’-dipyridylamine ligand, are assigned to the asymmetric COO⁻ vibration. The bands observed between 1340 and 1370 cm⁻¹ correspond to the symmetric COO⁻ vibration in the benzilate ions [5]. These bands are consistent...
with the monodentate carboxylate coordination of monoanionic benzilate ions.

The electronic spectra of the complexes were recorded at the solid state by diffuse reflectance. The electronic spectrum of nickel(II) compound 1 shows two bands at 935 and 570 nm which are typical for octahedral symmetry. Therefore, assignments of the observed absorption bands can be made to $^3T_c(P) \leftrightarrow ^3A_g(F)$ ($v_1$) and $^3T_g(F) \leftrightarrow ^1A_g(F)$ ($v_2$) transitions, respectively. The band corresponding to $^3T_g(F) \leftrightarrow ^1A_g(F)$ ($v_3$) transition is overlapped with the charge-transfer band [6]. The magnetic moment value at room temperature for 1 is 3.11 B.M. being consistent with an octahedral stereochemistry for the nickel(II) complexes [7]. The spectrum of copper(II) complex 2 exhibits a broad band at around 810 nm, which is characteristic of a copper(II)-d transition in a tetragonal field with the copper(II) ion in a distorted square-based pyramidal coordination environment [6]. The magnetic moment value at room temperature of 1.65 B.M. is expected for pentacoordinated complexes of copper(II) [7].

Thermogravimetric analysis (TGA) was performed to investigate the thermal stability of compounds 1 and 2. The degradation of species was investigated by monitoring the evolved gases by infrared spectroscopy. The thermal behavior is very similar in both compounds showing three mass loss steps. The first step corresponds to the loss of the solvation molecules, the second mass loss corresponds to pyrolysis of the benzilato anions corresponding to the loss of the solvation molecules, the second mass loss corresponds to pyrolysis of the benzilato anions and the third mass loss corresponds to the loss of 2,2'-dipyridylamine. Finally, the complexes give residues of NiO at 410°C (1) and CuO at 475°C (2).

**Structural analysis**

Selected interatomic distances are listed in Table 1 and the main hydrogen parameters in Table 2. Figures 1 and 2 show representations of complex structures of 1 and 2, respectively, together with the atom-numbering schemes used.

The asymmetric unit in 1 is composed of one cationic complex [Ni(bz)(dipyam)$_2$]$^+$ (Figure 1), one benzilate anion and two methanol molecules. The nickel(II)ion is hexacoordinated by four nitrogen atoms from two N,N'-bidentate-chelating 2,2'-dipyridylamine ligands and by one carboxylate and one hydroxyl oxygen atoms of the monoanionic O,O''-bidentate-chelating benzilato ligand. The coordination polyhedron is a distorted octahedron due to the presence of three chelate rings, with N-Ni-N angles of 85.2(3) and 86.5(3)$^\circ$ and O-Ni-O angle of 76.8(2)$^\circ$. The Ni-O$_{\text{hydroxyl}}$ and Ni-O$_{\text{carboxy}}$ distances [2.122(5) and 2.037(6) Å, respectively] are similar to those found in other nickel mixed-ligand complexes with benzilato [8-10] and the Ni-N distances, in the range 2.070-2.106 Å, fall within the interval usually observed in nickel mixed-ligand complexes with 2,2'-dipyridylamine [11].

The structure of 2 is based on neutral units [Cu(bz)$_2$(dipyam)]$^+$ (Figure 2) and ethanol molecules. The copper(II) center is pentacoordinated by two nitrogen atoms from one N,N'-bidentate-chelating 2,2'-dipyridylamine ligand and by three oxygen atoms from two monoanionic benzilato ligands with different coordination behaviors, O,O'-bidentate-chelating, using one carboxylate oxygen and the hydroxyl oxygen, and O-monodentate, involving only one carboxylate oxygen. This is the first example of the O,O'-bidentate-chelating coordination mode of monoanionic benzilato ligand with copper(II) since this behavior was only found in copper(II) complexes with biaionic benzilato ligand [12,13]. The usual coordination behaviors of monoanionic benzilato ligand in copper(II) complexes are O-monodentate, O,O'-bidentate-chelating (through two carboxylate oxygens) or O,O'-bidentate-bridging [14-21]. The coordination geometry can be described as a very distorted square pyramid ($\tau$=0.41) [22], with the hydroxyl oxygen atom in the apical position [Cu-O$_{\text{hydroxyl}}$ distance 2.178(5) Å], and two carboxylate oxygen atoms [Cu-O$_{\text{carboxy}}$ distances 1.913(4) and 2.009(5) Å] and two nitrogen atoms in the basal positions. The Cu-N distances [1.952(5) and 2.017(6) Å] and N-C-N chelating angle (92.4$^\circ$) are similar to those found in other mixed-ligand copper(II) complexes with 2,2'-dipyridylamine [23-25].

In both compounds, the nature of benzilato, 2,2'-dipyridylamine and the solvation molecules (methanol and ethanol) allows the formation of supramolecular assemblies based on hydrogen bonding (Table 2) and π···π and/or C-H···π interactions.

In 1, the cationic complex, the benzilato counterion and the methanol molecules of asymmetric unit are linked by hydrogen bonds generating a discrete supramolecule with a 14-membered ring (Table 2; Figure 3a). These supramolecules are joined by additional hydrogen bonds involving a N-H group of one 2,2'-dipyridylamine as donor and non-coordinated carboxylate oxygen atom as acceptor, resulting in a dimeric assembly (Table 2; Figure 3b). In addition, the dimers establish a weak non-classical hydrogen bonds (C19-H19···O23i; ii: -x+2,-y+1,-z) forming

|  | 1 | 2 |
|---|---|---|
| Ni-O11 | 2.037(6) | Cu-O11 | 1.913(4) |
| Ni-O13 | 2.122(5) | Cu-O13 | 2.178(5) |
| Ni-N1 | 2.106(7) | Cu-O21 | 2.009(5) |
| Ni-N3 | 2.070(7) | Cu-N1 | 2.017(6) |
| Ni-N4 | 2.076(7) | Cu-N3 | 1.952(5) |
| Ni-N6 | 2.103(7) | Cu-N6 | 1.921(5) |
| O11-Ni-N3 | 91.1(2) | O11-Cu-N3 | 170.7(2) |
| O11-Ni-N4 | 171.5(2) | O11-Cu-O21 | 88.7(2) |
| N3-Ni-N4 | 96.7(3) | N3-Cu-O21 | 91.0(2) |
| O11-Ni-N6 | 89.6(3) | O11-Cu-N1 | 93.4(2) |
| N3-Ni-N6 | 94.2(3) | N3-Cu-N1 | 92.4(2) |
| N4-Ni-N6 | 86.5(3) | O21-Cu-N1 | 145.5(2) |
| O11-Ni-N1 | 91.2(3) | O11-Cu-O13 | 77.4(18) |
| N3-Ni-N1 | 85.2(3) | N3-Cu-O13 | 93.0(2) |
| N4-Ni-N1 | 92.8(3) | O21-Cu-O13 | 98.6(2) |
| N6-Ni-N1 | 179.0(3) | N1-Cu-O13 | 115.4(2) |
| O11-Ni-O13 | 76.8(2) | Cu-N13 | 115.4(2) |
| N3-Ni-O13 | 167.0(2) | Cu-N13 | 115.4(2) |
| N4-Ni-O13 | 95.6(2) | Cu-N13 | 93.0(2) |
| N6-Ni-O13 | 90.4(2) | Cu-N13 | 93.0(2) |
| N1-Ni-O13 | 90.3(3) | Cu-N13 | 93.0(2) |
chains (Figure 3c), which are joined creating sheets (Figure 3d) through edge-to-face C-H–π interactions between a C-H group of 2,2′-dipyridylamine and a phenyl ring of benzilate counterion [C28-H28–Cg(1)], i: x+1,y+1,z. Cg(1): C208-C209-C210-C211-C212-C213, d(H···Cg) 2.75 Å, d(C···Cg) 3.605(13) Å].

In 2, the intramolecular hydrogen bonds involving the hydroxyl group and the non-coordinated carboxylate oxygen atoms of the monodentate benzilato ligand are the strongest interaction. In this case, the supramolecular organization is a consequence of the existence of intermolecular hydrogen bonds and π–π interactions. Two different types of hydrogen bonds between the bidentate-chelating benzilato ligands and the ethanol molecules form a polymeric chain along the crystallographic b axis. One of them involve the hydroxyl group of bidentate benzilato ligand as donor and the oxygen of ethanol molecule as acceptor and, in the second, the hydroxyl group of ethanol acts as donor and towards the non-coordinated carboxylate oxygen of bidentate benzilato ligand is the acceptor (Table 2; Figure 4a). The chains are linked by other hydrogen bonds, involving a N-H group of the 2,2′-dipyridylamine as donor and non-coordinated carboxylate...
oxygen from the monodentate benzilato ligand as acceptor, and by π···π interactions [Cg(1)···Cg(2)i and Cg(2)···Cg(1)i, Cg(1):N1-C10-C11-C12-C13-C14 Cg(2):N2-C15-C16-C17-C18-C19, d(Cg···Cg)=3.784(5) Å], forming a double-chain organization (Table 2; Figure 4b).

### Experimental section

**General information:** All reagents and solvents were obtained commercially and were used as supplied. Elemental analyses (C, H, N) were carried out on a Fisons EA-1108 microanalyser. Melting points (m.p.) were measured with a Gallenkamp MBF-595 apparatus. IR spectra were recorded from KBr discs (4000-400 cm⁻¹) or polyethylene-sandwiched Nujol mulls (500-100 cm⁻¹) on a Bruker Vector 22 and IFS66v spectrophotometers, respectively. A Shimadzu UV-3101PC spectrophotometer was used to obtain electronic spectra in the solid state. Magnetic susceptibility measurements were performed at room temperature using a Johnson Matthey Alfa MSB-MK1 Gouy balance. TG/DTG analysis profiles were recorded under a 100 mL.min⁻¹ air flow using a TA Instruments Hi-Res TGA2950 Thermobalance coupled to a Bruker Tensor 27 550 FT-IR spectrophotometer for identification of evolved gases.

**Synthesis of complexes:**

- **[Ni(bz)(dipyam)₂](bz)·2MeOH (1)**
  A solution of benzilic acid (2.0 mmol) in 10 mL of EtOH and a solution of 2,2'-dipyridylamine (2.0 mmol) in 10 mL of PrOH were added to a solution of Ni(AcO)₂·4H₂O acetate (1.0 mmol) in 10 mL of EtOH. The mixture was refluxed for 2 h, left to cool to room temperature and stirred for a week yielding a purple precipitate that was filtered out and dried in vacuum. Purple single crystals of 1 were obtained by recrystallization of the solid in a 1:1 MeOH/PrOH mixture. Yield: 83%. M.p.: 185°C. Anal. Calcd. For [Ni(bz)(dipyam)₂](bz)·2MeOH (C₅₀H₄₈NiN₆O₈) (MW=918.28 g/mol): C 65.3, H 9.1 and N 5.3; found C 65.6, H 9.1 and N 5.0. IR (KBr, cm⁻¹): 3302m, 3197m, 3136m, 3065m, 3025m ν(OH) + ν(NH); 1652m, 1629m, 1599s, 1582m, 1534m, 1478vs, 1428m, 1365m νasym(COO) + νsym(COO) + ν(CC, CN), 1160m ν(CO), 771s γ(CH), 431w ν(NiO), 252m ν(NiN). UV-vis (cm⁻¹): 10700 (ν₁) and 17550 (ν₂). μ eff at 25°C=3.11 MB. TG analysis: nº mass loss steps=3, ∆T(°C)=r.t.-410; 1st step methanol, 2nd bz, 3rd dipyam; final residue: NiO. [Cu(bz)(dipyam)·EtOH (2)].

- **[Cu(bz)₂(dipyam)]·EtOH (C₄₀H₃₇CuN₃O₇) (MW=735.28 g/mol): C 63.5, H 5.1 and N 5.7; found C 63.4, H 5.4 and N 5.3. IR (KBr, cm⁻¹): 3436m, 3205m, 3142w, 3086w, 3030w ν(OH) + ν(NH); 1648s, 1589s, 1535m, 1481vs, 1425m, 1344m νasym(COO) + νsym(COO) + ν(CC, CN), 1162m ν(CO), 767m γ(CH), 425w ν(CuO), 277w ν(CuN). UV-vis (cm⁻¹): 12375 (ν₁). μ eff at 25°C=1.65 MB. TG analysis: nº mass loss steps=3, ∆T(°C)=r.t.-410; 1st step methanol, 2nd bz, 3rd dipyam; final residue: CuO.

**X-Ray structure determination:** Crystallographic data were collected at 293 K on a Bruker Smart 1000 CCD diffractometer using graphite-monochromated Mo-Kα radiation (λ=0.71073 Å). The software SMART [26] was used for collecting frames.
of data, indexing reflections, and the determination of lattice parameters, SAINT [27] for integration of intensity of reflections, and SADABS [28] for scaling and empirical absorption correction. The structure was solved by dual-space algorithm using the program SHELXT [29]. All non-hydrogen atoms were refined with anisotropic thermal parameters by full-matrix least-squares calculations on $F^2$ using the program SHELXL [30] with OLEX2 [31]. Hydrogen atoms were inserted at calculated positions and constrained with isotropic thermal parameters. Drawings were produced with PLATON [32] and Mercury [33]. Crystal data and structure refinement parameters are reported in Table 3. CCDC 1811239 and 1811240 contain the supplementary data for 1 and 2, these data can be obtained free of charge via https://www.ccdc.cam.ac.uk/structures/.

### Conclusion

In summary, two novel mixed-ligand of nickel(II) and copper(II) formed with benzilato and 2,2'-dipyridylamine have been isolated and characterized. The supramolecular organizations due to non-covalent intermolecular interactions have been analyzed.

---

**Table 2** Hydrogen bonds parameters, distances (Å) and angles (°) for 1 and 2.

|       | D-H···A      | d(D-H) | d(H···A) | d(D...A) | <(DHA) |
|-------|--------------|--------|----------|----------|--------|
| O13-H13···O1  | 0.93         | 1.68   | 2.590(13) | 165.5   |
| N2-H2n···O12' | 0.86         | 2.04   | 2.805(8)  | 147.7   |
| C16-H16···O12' | 0.93         | 2.58   | 3.302(12) | 134.6   |
| C19-H19···O23' | 0.93         | 2.44   | 3.280(11) | 150.7   |
| N5-H5n···O21  | 0.86         | 2.01   | 2.772(9)  | 147.2   |
| C20-H20···N1  | 0.93         | 2.65   | 3.102(11) | 110.7   |
| O23-H23a···O21 | 0.82         | 1.99   | 2.500(9)  | 119.9   |
| O1-H1···O2    | 0.81         | 1.59   | 2.34(2)   | 153.2   |
| O2-H2···O22   | 0.89         | 1.54   | 2.43(2)   | 176.7   |

|       | d(D-H) | d(H···A) | d(D...A) | <(DHA) |
|-------|--------|----------|----------|--------|
| O13-H13···O1  | 0.85   | 1.82     | 2.657(8) | 169.0  |
| O23-H23···O22 | 0.82   | 2.06     | 2.570(8) | 120.4  |
| N2-H2n···O22' | 0.86   | 2.01     | 2.866(8) | 170.5  |
| C10-H10···O11 | 0.93   | 2.32     | 2.910(10)| 121.0  |
| C16-H16···O22' | 0.93  | 2.56     | 3.297(10)| 137.0  |
| O1-H1···O12' | 0.83   | 1.91     | 2.706(8) | 160.7  |

Figure 4 Views of the supramolecular organizations in 1 a) Supramolecule b) Dimer c) Chain (1D) d) Sheet (2D).
### Table 3 Crystal data and structure refinement for 1 and 2.

|               | 1             | 2             |
|---------------|---------------|---------------|
| Empirical formula | C_{50}H_{48}N_{6}NiO_{8} | C_{40}H_{37}CuN_{3}O_{7} |
| Crystal system  | Triclinic     | Monoclinic    |
| Space group    | P-1           | P_2/n         |
| Unit cell dimensions | a (Å) 9.789(5) 15.854(8) &c (Å) 16.220(8) | a (Å) 19.777(7) 8.503(3) &c (Å) 22.713(9) |
|                | α (º) 66.956(5) | β (º) 82.099(6) |
|                | γ (º) 87.774(5) |                |
| Volume (Å³)    | 2294.3(19)    | 3651(2)       |
| Z              | 2             | 4             |
| ρ<sub>calculated</sub> (Mg/m<sup>3</sup>) | 1.331 | 1.338 |
| Absorption coefficient (mm<sup>-1</sup>) | 0.484 | 0.652 |
| F(000)         | 964           | 1532          |
| Crystal size (mm<sup>3</sup>) | 0.35 × 0.25 × 0.22 | 0.22 × 0.15 × 0.12 |
| θ range for data collection (º) | 1.376 to 25.100 | 1.203 to 24.865 |
| Max. and min. transmission | 0.7451 and 0.6190 | 0.7451 and 0.5775 |
| Reflections collected | 7937 (0.0636) | 11227 |
| Independent reflections (R<sub>i</sub>) | 7937 (0.0636) | 6257 (0.1469) |
| Final R indices | R<sub>1</sub>=0.1016, wR<sub>2</sub>=0.2303 | R<sub>1</sub>=0.0830, wR<sub>2</sub>=0.1707 |

### Acknowledgement

Financial support from ERDF (EU), MEC (Spain) and the Xunta de Galicia (Spain) (research projects CTQ2015-70901-R and ED431D 2017/01) are gratefully acknowledged.

### References

1. Janiak C (2000) A critical account on π–π stacking in metal complexes with aromatic nitrogen-containing ligands. Journal of the Chemical Society 21: 3885-3896.
2. Beatty AM (2003) Open-framework coordination complexes from hydrogen-bonded networks: toward host/guest complexes. Coordination Chemistry Reviews 246: 131-143.
3. Nishio M (2004) CH/π hydrogen bonds in crystals. Cryst Eng Comm 27: 130-158.
4. Bermejo E, Carballo R, Castiñeiras A, Lago AB (2013) Coordination of α-hydroxycarboxylic acids with first-row transition ions. Coordination Chemistry Reviews 19: 2639-2651.
5. Nakamoto K (1978) Infrared and Raman Spectra of Inorganic and Coordination Compounds. Wiley, New York, USA.
6. Lever AB (1984) Inorganic electronic spectroscopy. Elsevier.
7. Boudreaux EA, Mulay LN (1976) Theory and applications of molecular paramagnetism. John Wiley & Sons.
8. Carballo R, Castiñeiras A, Covelo B, Garcia-Martínez E, Niclós J, et al. (2004) Solid state coordination chemistry of mononuclear mixed-ligand complexes of Ni (II), Cu (II) and Zn (II) with α-hydroxycarboxylic acids and imidazole. Polyhedron 9: 1505-1518.
9. Halder P, Chakraborty B, Banerjee PR, Zangrando E, Paine TK (2009) Role of α-hydroxycarboxylic acids in the construction of supramolecular assemblies of nickel (ii) complexes with nitrogen donor ligands. Cryst Eng Comm 12: 2650-2659.
10. Carballo R, Covelo B, Fernández-Hermida N, Lago AB, López EM (2011) Non-Covalent Interactions in a Nickel (II) Complex with Benzilate and 1, 10-Phenanthroline. Journal of Chemical Crystallography 12: 1949-1954.
11. Carballo R, Covelo B, Lago AB, Pino-Cuevas A, Vázquez-López EM (2015) Exploration of the solid state metallosupramolecular chemistry of mononuclear nickel(II) complexes with α-hydroxycarboxylates and 2,2′-dipyridylidamine. Polyhedron 85: 124-130.
12. Carballo R, Covelo B, Balboa S, Castiñeiras A, Niclós J (2001) Mixed-ligand complexes of copper(II) with α-hydroxycarboxylic acids and 1,10-phenanthroline. Z Anorg Allg Chem 627: 948-954.
13. Yang XX, Zhang FY, Xu SH (2010) Aqua (2-oxido-2, 2-diphenylacetato-κ2O1, O2)(1, 10-phenanthroline-κ2N, N′) copper (II). Acta Crystallographica Section E: Structure Reports Online 12: 694-954.
14. Carballo R, Covelo B, Vázquez-López EM, García-Martínez E, Castiñeiras A, et al. (2005) Hydrothermal Synthesis, Crystal Structures and Effect of Non Bonding Interactions in Crystal Packing of Two Mixed-Ligand Metal Complexes with Glycolato and 2,2′-Dipiridylidame and with Benzilate and Imidazole. Zeitschrift für Anorganische und Allgemeine Chemie 11: 2006-2010.
15. Zhu LN, Gao S, Huo LH, Zhao H (2005) Diethanol (2-hydroxy-2, 2-diphenylacetato) pyridinecopper (II). Acta Crystallographica Section E: Structure Reports Online 12: 2646-2648.
16 Carballo R, Covelo B, García-Martínez E, Vázquez-López EM (2005) Benzilate of diaquabis(ethylenediamine)copper(II) dihydrate and benzilate of aquabenzilatobis(ethylenediamine)copper(II). Appl Organomet Chem 19: 394-395.

17 Qiu Y, Wang K, Liu Y, Deng H, Sun F, et al. (2007) Synthesis, characterization and 1D helical chain crystal structure of [Cu(DBA)\(\text{1,10-phen}\)] and [Cd(DBA),(1,10-phen)]. Acta Crystallographica Section E: Structure Reports Online 360: 1819-1824.

18 Wang XJ, Zheng C, Mai SW, Xu X, Luo YF (2010) Bis (2, 2′-bipyridine) (2-hydroxy-2, 2-diphenylacetato) copper (II) nitrate dihydrate. Acta Crystallographica Section E: Structure Reports Online 10: 1245.

19 Halder P, Zangrando E, Paine TK (2010) Copper(II) α-hydroxcarboxylate complexes of bis(2-pyridylcarbonyl)amine ligand: from mononuclear complex to one-dimensional coordination polymer. Polyhedron 29: 434-440.

20 Reza MY, Banu LA, Islam MS, Ng SW, Tieckink ER (2011) (2, 2′-Bipyridine-κ2N2, N2′) chlorido (2-hydroxy-2, 2-diphenylacetato-κ2O1, O1′) copper (II). Acta Crystallographica Section E: Structure Reports Online 4: 399.

21 Ma DY (2012) Observation of a water-anion tape constructed from unusual trimeric and tetrameric water clusters embedded in a copper(II) complex. Inorg Chim Acta 392: 440-445.

22 Addison AW, Rao TN, Reedijk J, van Rijin J, Verschoor GC (1984) Synthesis, structure, and spectroscopic properties of copper(II) compounds containing nitrogen–sulfur donor ligands; the crystal and molecular structure of aqua[1,7-bis(N-methylbenzimidazol-2′-yl)-2,6-dithiaheptane]copper(II) perchlorate. J Chem Soc Dalton Trans 1349-1356.

23 Yodoshi M, Odoko M, Okabe N (2006) Aqua (di-2-pyridylamine-κ2N2, N2′)(d-gluconato-κ2O, O′) copper (II) trihydrate. Acta Crystallographica Section E: Structure Reports Online 9: 2021-2023.

24 Carballo R, Castiñeiras A, Covelo B, Lago AB, Vázquez-López EM (2007) Supramolecular architecture of a copper(II) complex with lactato and 2,2′-dipyridylamine showing embedded water chains. Z Anorg Allg Chem 633: 687-689.

25 Carballo R, Covelo B, Fernández-Hermida N, Lago AB, Vázquez-López EM (2007) Synthesis of mixed-ligand complexes of copper(II) with lactate and 2,2′-dipyridylamine: Study of the effect of weak interactions on their crystal packing. Z Anorg Allg Chem 633: 1791-1795.

26 SMART Version 5.054 (Bruker AXS Inc., 1997).

27 SAINT Version 8.38A (Bruker AXS Inc., 2017).

28 Krause L, Herbst-Irmer R, Sheldrick GM, Stalke D (2015) Comparison of silver and molybdenum microfocus X-ray sources for single-crystal structure determination. Acta Cryst C 71: 3-8.

29 Sheldrick GM (2015) SHELXT–Integrated space-group and crystal-structure determination. Acta Crystallographica Section A: Foundations and Advances 1: 3-8.

30 Sheldrick GM (2015) Crystal structure refinement with SHELXL. Acta Cryst C71: 3-8.

31 Dolomanov OV, Bourhis LJ, Gildea RJ, Howard JAK, Puschmann H (2009) OLEX2: a complete structure solution, refinement and analysis program. J Appl Cryst 42: 339-341.

32 Spek AL (2003) Single-crystal structure validation with the program PLATON. J Appl Cryst 36: 7-13.

33 Bruno U, Cole JC, Edgington PR, Kessler M, Macrae CF, et al. (2002) New software for searching the Cambridge Structural Database and visualizing crystal structures. Acta Cryst B58: 389-397.